Effect of Light Intensity on the Degree of Conversion of Dual-cured Resin Cement at Different Depths with the use of Translucent Fiber Posts

Mahmoud Bahari¹, Siavash Savadi Oskooe¹, Soodabeh Kimyai², Narmin Mohammadi², Elmira Saati Khosroshahi²

¹Dental and Periodontal Research Center, Department of Operative Dentistry, Dental Faculty, Tabriz Medical Sciences University, Tabriz, Iran
²Department of Operative Dentistry, Dental Faculty, Tabriz Medical Sciences University, Tabriz, Iran

Abstract

Objectives: To evaluate the effect of different light intensities on the degree of conversion (DC) of dual-cured resin cement at different depths of translucent fiber posts.

Materials and Methods: Thirty translucent fiber posts were randomly assigned into three (n=10) groups. They were cemented in the simulated canal spaces using Duo-Link dual cured resin cement. The cement was light-cured under 600, 800 and 1100 mW/cm² light intensities for 40 seconds. DC of the resin cement was calculated at cervical, middle and apical thirds using the spectra of FT-Raman spectrometer. Data were analyzed by repeated measurement ANOVA and Tukey’s post hoc tests (α=0.05).

Results: In all the groups, the least DC was obtained at the apical region. There were no significant differences in the DC with different light intensities between the cervical and middle regions (p>0.05). However, in the apical region, the DC in both 800 and 1100 mw/cm² was similar (p>0.05), but greater with 600 mW/cm² light intensity (p=0.02 and p<0.001, respectively).

Conclusion: In comparison with the light intensity of 600 mW/cm², the light intensity of 800 mW/cm² significantly increased the DC of dual-cured resin cement in the apical region. However, DC was not significantly different between 800 and 1100 mw/cm² light intensities.

Key Words: Resin Cements; Light Curing of Dental Cements; Polymerization; Fiberglass Reinforced Polymers

INTRODUCTION

Use of fiber posts has gained widespread popularity for the restoration of endodontically treated teeth that have lost a large amount of coronal structures [1]. This popularity has been attributed to the esthetic appearance of fiber posts and the similarity between the modulus of elasticity of fiber posts and those...
of dentin and resin cements [2,3]. Contrary to opaque posts, translucent fiber posts can transmit light; therefore, they can increase polymerization of dual-cured resin cements and also the curing depth [4-6] However, even translucent fiber posts can reduce light transmission to less than 40% and might not guarantee sufficient polymerization of resinous materials [7].

When light is irradiated into a post, there is a significant decrease in the light intensity because of light scattering within the post and the resin cement and shadows produced by tooth and post structures [8]. Therefore, it is not a good idea to use light-cured resin cements for the cementation of fiber posts within the root canals [9]. In this context, the use of dual-cured resin cements, which have a combination of the characteristics of self-cured and light-cured resin cements, has been recommended [10]. However, research has shown that dual-cured resin cements still depend on light for adequate curing [7,11,12] One way to overcome such a problem is to increase the exposure time. Nevertheless, studies have shown that dental practitioners tend to cure composite resins for very short times [13].

No studies to date have evaluated the effect of increasing light intensity on the DC of dual-cured resin cements cured through translucent fiber posts within the root canals. Therefore, the aim of the present study was to evaluate the effect of different light intensities on the DC of dual-cured resin cements at different depths through translucent fiber posts.

MATERIALS AND METHODS
A total of 30 molds were prepared from Spee- dex (Coltene/Whaledent AG, Altstätten, Switzerland) condensational silicon impression material in a putty consistency to simulate the root canal space so that the posts could be covered with resin cement and could be easily removed from the canal space for evaluation of their DC. First, the fiber post (DT Light Post Illusion, Bisco, Schraumburg, IL, USA) was abraded using 600-grit Silicon Carbide paper along its long axis to produce a flat surface in the middle of the post. This was done because the spectrum acquisition of a flat resin surface is better evaluated compared to a curved surface. Then a thin plastic plate (1 mm thick) was pasted on the abraded flat surface of the post using cyanoacrylate glue (Mitrapel, Beta Chemical Ind. & Trade Inco. Co., Istanbul, Turkey) to produce a space for the resin cement. Subsequently, the prepared post was placed within the impression material in plastic cylinders up to a depth of 10 mm so that root canal-shaped spaces were produced after the posts were removed from the impression materials [14]. The cement space in this study was 1 mm thick and was intentionally larger than that in the clinical situation [14,15]. The plastic plate was removed from the post surface and the post was cut to the proper length of 10 mm. The samples were randomly divided into three groups of 10. In group 1, the base and catalyst of shade A1 Duo-Link dual-cured resin cement (BISCO Inc., Schaumburg, Illinois, USA) were mixed and the cement was placed within the mold using #40 lentulo spiral (Dentsply, Maillefer Instruments SA, Ballaigues, Switzerland). The post was placed inside the mold with a gentle hand pressure and the excess cement was removed using a microbrush (Microbrush Co., Greyton, WI, USA).

Then the resin cement was light-cured using low-power Astralis 7 light-curing unit (Ivoclar Vivadent, Leichtenstein) at a light intensity of 600 mW/cm² for 40 seconds [14,15]. The tip of the light-curing unit was in contact with the exposed post and parallel to the long axis of the post so that the radiant light could be transmitted through the post [15]. The intensity of the light output was constantly checked by a radiometer (Coltene Whalodent AG, Altstätten, Switzerland) during the experiment [14,15].

In groups 2 and 3, all the steps were similar to those in group 1 except that Astralis 3 (Ivoclar
Vivadent, Liechtenstein] and high-power Astralis 7 (Ivoclar Vivadent, Liechtenstein) light-curing units were used at light intensities of 800 mW/cm\(^2\) and 1100 mW/cm\(^2\), respectively. After light-curing procedures, the molds were stored in distilled water at 37°C for 24 hours in black closed containers to prevent penetration of light. Then the posts were removed from the molds for Raman spectroscopy analysis. Fourier Transform Raman (FT-Raman) spectrometer (ALMEGA Dispersive Raman, Thermo Nicolet, USA) was used to determine the spectra of the cured and uncured resin cement. A Nd:YAG defocused laser source with a wave length of 1064.1 nm was used to excite the spectra. The maximum laser power was approximately 100 mW at a spectrum resolution of 4 cm\(^{-1}\) using 32 scans in the range of 1590 cm\(^{-1}\) to 1600 cm\(^{-1}\).

The spectrum was acquired at three different depths of the cement on the post, cervical (at a distance of 3 mm from the top end of the post), middle (at a distance of 6 mm from the top end of the post), and apical (at a distance of 9 mm from the top end of the post). Degree of conversion (DC\%) was determined from the ratio of absorbance intensities of aliphatic C=C bonds (peak at 1638 cm\(^{-1}\)) against an internal standard aromatic C...C bonds (peak at 1608 cm\(^{-1}\)), in each spectrum before and after curing of the specimen.

\[
\text{DC}\% = \left[1 - \frac{(1638\text{cm}^{-1}/1608\text{cm}^{-1}) \text{ peak area after curing}}{(1638\text{cm}^{-1}/1608\text{cm}^{-1}) \text{ peak area before curing}} \right] \times 100
\]

Levene’s test and Q-Q plot were used to evaluate the equality of variances and normality of data, respectively. Data were analyzed by repeated measurement ANOVA and Tukey’s post hoc test using SPSS 15 statistical software. Statistical significance was set at \(p<0.05\).

RESULTS
Table 1 describes the DC mean values and standard deviations in experimental groups. Data were distributed normally according to the results of Q-Q plot and the equality of variances was proved by the results of Levene’s test (\(p>0.05\)). According to the results of this study, there were significant differences in the DC of samples cured with 600 mW/cm\(^2\) and 800 mW/cm\(^2\) light intensities (\(p=0.008\)) and also with 600 mW/cm\(^2\) and 1100 mW/cm\(^2\) light intensities (\(p<0.001\)). However, there were no significant differences in the DC of specimens cured with light intensities of 800 mW/cm\(^2\) and 1100 mW/cm\(^2\) (\(p>0.05\)).

Two-by-two comparison of the DC of the dual-cured resin cement at different depths with Tukey’s post hoc test revealed significant differences between the DC of all the three coronal, middle and apical thirds of the root (\(p=0.01, p<0.001\) and \(p<0.001\), respectively). Repeated measurement ANOVA revealed no significant differences in the DC at similar depths between different light intensities at the cervical and middle thirds with the use of one-way ANOVA (\(p>0.05\)). However, the difference was significant in the apical third (\(P<0.001\) (Table 1). Two-by-two comparison of the DC in the apical region under different light intensities with the use of Tukey’s post hoc test revealed significant differences between the light intensities of 600 mW/cm\(^2\) and 800 mW/cm\(^2\) (\(p=0.02\)) and also between 600 mW/cm\(^2\) and 1100 mW/cm\(^2\) (\(p<0.001\)). However, the difference between the light intensities of 800 mW/cm\(^2\) and 1100 mW/cm\(^2\) was not statistically significant (\(p>0.05\)).

DISCUSSION
It is believed that light activation is still necessary to increase the polymerization rate of dual-cured resin cements despite the independence of light-curing and self-curing processes [10,14,15,17]. Considering the ability of light transmitting through translucent fiber posts, in
the present study, the DC of dual-cured resin cement at various depths (cervical, middle and apical) was evaluated under different light intensities (600, 800, and 1100 mW/cm²) cured via transmission of light through translucent fiber posts in simulated root canals using FT-Raman spectrometer.

Based on the results of the present study, DC of the specimens cured by the light intensities of 800 mW/cm² and 1100 mW/cm² were significantly higher than those cured by the light intensity of 600 mW/cm². However, DC was not significantly different between 800 and 1100 mw/cm² light intensities. According to previous studies, a higher light intensity results in a higher DC in dual-cured resin cements [18-22]. Higher light intensity results in a higher peak in the wavelength of 470 nm and activation of more camphoroquinone molecules.

As a result, more free radicals are produced and monomers are converted into polymers more rapidly, resulting in a higher DC in a shorter time. Cerutti et al. [20] showed that different curing techniques (combinations of different light intensities and curing times) have a significant effect on the DC of the specimens despite having the same energy density. It was also shown that the effect of time and light intensity on DC is material-dependent.

Nevertheless, some studies have shown results opposite to the results of the present study [23-25]. Komori et al. [26] showed that curing with QTH light-curing unit does not result in significant differences in the DC and KHN at light densities of 10, 20 and 30 J/cm²; however, curing with LED light-curing units revealed a significant decrease in the DC at a light density of 10 J/cm². In comparison to the present study, Calheiros et al. [25] applied different energy densities to cure hybrid and microfilled composite resin materials with a filler load of 40-60% and reported no significant increase in the DC when a higher dosage of light energy was used. In addition, a higher dosage of light energy resulted in a significantly dramatic increase in the shrinkage stress. Another significant finding of the present study was that the DC in the coronal third was higher than that in the middle and apical thirds and the DC in the middle third was also higher than that in the apical third, leading to the lowest degree of conversion in the apical third. Light intensity quantity decreases from the coronal third toward the apical third as it is transmitted through fiber posts [6,27-29]. With a decrease in the light intensity at higher depths, the amine present in the base of the paste and the peroxide in the catalyst exhibit lower efficacy for the self-curing reaction.

| Table 1. Mean Values (%) and Standard Deviations (Mean ± SD) of the Degree of Conversion in the Study Groups |

| Depth     | Light Intensity |       |       |       |
|-----------|-----------------|-------|-------|-------|
|           | 600(1)          | 800(2) | 1100(3)|       |
| Coronal   | 77.95ᵃ ± 11.20  | 81.25ᵃ ± 12.57 | 82.40ᵇ ± 16.32 |       |
| p(1,2)=0.56 | p(2,3)=0.50     | p(1,3)=0.81     |       |
| Middle    | 66.40ᵃ ± 12.05  | 75.61ᵃ ± 21.87  | 72.77ᵇ ± 12.33 |       |
| p(1,2)=0.29 | p(2,3)=0.77     | p(1,3)=0.25     |       |
| Apical    | 36.30ᵇ ± 6.30   | 53.68ᵇ ± 17.65  | 65.73ᵇ ± 10.33 |       |
| p(1,2)=0.02 | p(2,3)=0.001    | p(1,3)=0.07     |       |
| Total     | 60.22ᵃ ± 20.37  | 70.18ᵇ ± 20.98  | 73.63ᵇ ± 14.53 |       |

Different capital means significant differences in the DC of specimens cured with different light intensities.
Different lower letter means significant differences in the DC of specimens cured with different light intensities at different regions of post space.
There is a strong relationship between the ability of the fiber post in transmitting light and the DC of dual-cured resin cement [15]. Therefore, in the present study, the decreased DC of the resin cement at the apical area compared with the cervical area is explained that is consistent with the results of the studies conducted by Kim, Feria Silva and Cerutti [14,15,20]. In addition, based on the results of a study carried out by Yoldaş and Alaçam [5], the hardness of composite resin decreases along the root during cementation of the translucent fiber posts. In contrast, Pereira et al. [30] demonstrated that the means of the DC did not reveal significant differences in different parts of the translucent DT Light Post space. The reason may be due to different adhesive systems used in conjunction with dual-cured resin cement. They used 3-step etch-and-rinse and one-step self-etch adhesive systems. However, in the present study, dual-cured resin cement was applied in conjunction with 2-step etch-and-rinse adhesive system.

In the present study, the range of DC at 600 mW/cm$^2$ was 36.3‒77.95%, which was similar in the apical region to that of a study by Feria e Silva et al. [14]; however, the results of the present study revealed higher DC values in the cervical region compared to the above-mentioned study (69.8%) because they placed the light-curing tip at an angle of 45º, possibly affecting the intensity of light received by the cement. In addition, the results of the present study showed that the degree of conversion in the apical region at light intensities of 800 mW/cm$^2$ and 1100 mW/cm$^2$ was higher than those under light intensity of 600 mW/cm$^2$. However, the differences between the light intensities of 800 mW/cm$^2$ and 1100 mW/cm$^2$ were not significant.

It has been reported that in the QTH light-curing units, when the distance between the light source and the composite resin exceeds 6 mm, the intensity of the light output becomes less than 1/3 of the main output of the unit [31]. Ho et al. [27] reported that polymerization of the resin cement beyond 5 mm decreases significantly with the use of all various fiber posts. However, the results of the present study showed that when translucent posts and light intensities higher than 600 mW/cm$^2$ are used, an acceptable degree of conversion is achieved at distances exceeding 6 mm. Galhano et al. [32] reported that translucent posts make it possible to polymerize cements up to the middle portion of the root (8 mm). Nomoto et al. [19] reported that the minimum light energy to achieve the saturation DC is 1000 mW/cm$^2$ and there is a linear relationship between the DC and log of exposure and also between the curing depth and log of light energy. If the resin cement within the root canal, especially in the apical areas is not sufficiently cured, microleakage might increase and post retention might be jeopardized, threatening the longevity of the restoration and the tooth [27,33]. Despite a direct relationship between the DC of the resin cement and an improvement in mechanical properties, care should be taken not to attribute the clinical success to the DC only; other factors should also be taken into account because DC is not the only determinant of clinical performance [14,17].

Furthermore, it should be taken into account that the monomers remaining in the partially cured resin cement might leak through the apical foramen and cause harmful effects on the periodontal tissues [34, 35]. Inadequate curing of the cement in deep areas results in the release of monomers, leading to toxic effects and decreasing the desirable properties of the resin cement. Therefore, adequate polymerization of the resin cement is desirable to improve its biocompatibility and curing at deep areas is absolutely necessary and very important [36-41]. In the present study, the cement had a uniform thickness of approximately 1 mm. Since this thickness is more than that of the cement in clinical situations, it is probable that in thinner resin cement the DC will be different to some extent.
Besides, in the present study one type of dual-cured resin cement was evaluated; therefore, other resin cements might yield different results depending on their self-curing and light-curing properties. In addition, in the present study the tip of the light-conducting device was in direct contact with and perpendicular to the fiber post, while in clinical situations there might be some distance between the tip of the device and the post or it might not be perpendicular to the post and the limitations caused by the teeth and adjacent tissues may lead to a detrimental effect on the DC. Therefore, it is suggested to carry out similar studies in clinical situations to evaluate the effect of limitations produced by tooth structures and adjacent tissues on the degree of polymerization.

CONCLUSION
In comparison with the light intensity of 600 mW/cm², light intensity of 800 mW/cm² significantly increased the degree of conversion of Duo-Link resin cement in the apical region of the post space. However, the degree of conversion was not significantly different between 800 and 1100 mw/cm² light intensities.

ACKNOWLEDGMENTS
The authors would like to thank the Vice Chancellor for research at Tabriz University of Medical Sciences for their financial support. Furthermore, the authors thank Dr M Ghojazadeh for statistical analysis of the data and Dr M Abdolrahimi, DDS, who edited the English manuscript.

REFERENCES
1- Fernandes AS, Shetty S, Coutinho I. Factors determining post selection: a literature review. J Prosthet Dent. 2003 Dec;90(6):556-62.
2- Pierrisnard L, Bohin F, Renault P, Barquins M. Corono-radicular reconstruction of pulpless teeth: a mechanical study using finite element analysis. J Prosthet Dent. 2002 Oct;88(4):442-8.
3- Plotino G, Grande NM, Bedini R, Pameijer CH, Somma F. Flexural properties of endodontic posts and human root dentin. Dent Mater. 2007 Sep;23(9):1129-35.
4- Lui JL. Depth of composite polymerization within simulated root canals using light-transmitting posts. Oper Dent. 1994 Sep-Oct;19(5):165-8.
5- Yoldas O, Alaçam T. Microhardness of composites in simulated root canals cured with light transmitting posts and glass-fiber reinforced composite posts. J Endod. 2005 Feb;31(2):104-6.
6- Radovic I, Corciolani G, Magni E, Krstanovic G, Pavlovic V, Vulicevic ZR et al. Light transmission through fiber post: the effect on adhesion, elastic modulus and hardness of dual-cure resin cement. Dent Mater. 2009 Jul;25(7):837-44.
7- Teixeira EC, Teixeira FB, Piasick JR, Thompson JY. An in vitro assessment of prefabricated fiber post systems. J Am Dent Assoc. 2006 Jul;137(7):1006-12.
8- Chen YC, Ferracane JL, Prahl SA. A pilot study of a simple photon migration model for predicting depth of cure in dental composite. Dent Mater. 2005 Nov;21(11):1075-86.
9- Musanje L, Darvell BW. Curing-light attenuation in filled-resin restorative materials. Dent Mater. 2006 Sep;22(9):804-17.
10- Braga RR, Cesar PF, Gonzaga CC. Mechanical properties of resin cements with different activation modes. J Oral Rehabil. 2002 Mar;29(3):257-62.
11- Roberts HW, Leonard DL, Vandewalle KS, Cohen ME, Charlton DG. The effect of a translucent post on resin composite depth of cure. Dent Mater. 2004 Sep;20(7):617-22.
12- Harashima I, Nomata T, Hirasawa T. Degree of conversion of dual-cured composite luting cements. Dent Mater J. 1991 Jan;10(1):8-17.
13- Strydom C. Curing lights--the effects of clinical factors on intensity and polymerisation. SADJ. 2002 May;57(5):181-6.
15- Faria e Silva AL, Arias VG, Soares LE, Martin AA, Martins LR. Influence of fiber-post translucency on the degree of conversion of a dual-cured resin cement. J Endod. 2007 Mar;33(3):303-5.
16- Kim YK, Kim SK, Kim KH, Kwon TY. Degree of conversion of dual-cured resin cement light-cured through three fibre posts within human root canals: an ex vivo study. Int Endod J. 2009 Aug;42(8):667-74.
17- Mirsasaani SS, Atai MM, Hasani-Sadrabadi MM. Photopolymerization of a dental nanocomposite as restorative material using the argon laser. Lasers Med Sci. 2011 Sep;26(5):553-61.
18- Lu H, Mehmood A, Chow A, Powers JM. Influence of polymerization mode on flexural properties of esthetic resin luting agents. J Prosthet Dent. 2005 Dec;94(6):549-54.
19- Sobrinho LC, Goes MF, Consani S, Sinhoreti MA, Knowles JC. Correlation between light intensity and exposure time on the hardness of composite resin. J Mater Sci Mater Med. 2000 Jun;11(6):361-4.
20- Nomoto R, Asada M, McCabe JF, Hirano S. Light exposure required for optimum conversion of light activated resin systems. Dent Mater. 2006 Dec;22(12):1135-42.
21- Cerutti F, Acquaviva PA, Gagliani M, Ferrari M, Mangani F, Depero LE et al. Degree of conversion of dual-cure resins light-cured through glass-fiber posts. Am J Dent. 2011 Feb;24(1):8-12.
22- Halvorson RH, Erickson RL, Davidson CL. Energy dependent polymerization of resin-based composite. Dent Mater. 2002 Sep;18(6):463-9.
23- Arrais CA, Pontes FM, Santos LP, Leite ER, Giannini M. Degree of conversion of adhesive systems light-cured by LED and halogen light. Braz Dent J. 2007;18(1):54-9.
24- Knezević A, Tarle Z, Meniga A, Sutalo J, Pichler G, Ristić M. Degree of conversion and temperature rise during polymerization of composite resin samples with blue diodes. J Oral Rehabil. 2001 Jun;28(6):586-91.
25- Soh MS, Yap AU, Yu T, Shen ZX. Analysis of the degree of conversion of LED and halogen lights using micro-Raman spectroscopy. Oper Dent. 2004 Sep-Oct;29(5):571-7.
26- Calheiro FC, Braga RR, Kawano Y, Ballester RY. Relationship between contraction stress and degree of conversion in restorative composites. Dent Mater. 2004 Dec;20(10):939-46.
27- Komori PC, de Paula AB, Martin AA, Tango RN, Sinhoreti MA, Correr-Sobrinho L. Effect of light energy density on conversion degree and hardness of dual-cured resin cement. Oper Dent. 2010 Jan-Feb;35(1):120-4.
28- Ho YC, Lai YL, Chou IC, Yang SF, Lee SY. Effects of light attenuation by fibre posts on polymerization of a dual-cured resin cement and microleakage of post-restored teeth. J Dent. 2011 Apr;39(4):309-15.
29- dos Santos Alves Morgan LF, Peixoto RT, de Castro Albuquerque R, Santos Corrêa MF, de Abreu Poletto LT, Pinotti MB. Light transmission through a translucent fiber post. J Endod. 2008 Mar;34(3):299-302.
30- Goracci C, Corciolani G, Vichi A, Ferrari M. Light-transmitting ability of marketed fiber posts. J Dent Res. 2008 Dec;87(12):1122-6.
31- Pereira PC, Melo RM, Chaves C, Galhano GA, Bottino MA, Balducci I. The adhesive system and root canal region do not influence the degree of conversion of dual resin cement. J Appl Oral Sci. 2010 Sep-Oct;18(5):477-81.
32- McCabe JF, Carrick TE. Output from visible-light activation units and depth of cure of light-activated composites. J Dent Res. 1989 Nov;68(11):1534-9.
33- Galhano GA, de Melo RM, Barbosa SH, Zamboni SC, Bottino MA, Scotti R. Evaluation of light transmission through translucent and opaque posts. Oper Dent. 2008 May-Jun;33(3):321-4.
34- Giachetti L, Scaminaci Russo D, Bertini F, Giuliani V. Translucent fiber post cementation using a light-curing adhesive/composite system: SEM analysis and pull-out test. J Dent. 2004 Nov;32(8):629-34.
35- Janke V, von Neuhoff N, Schlegelberger B, Leyhausen G, Geurtsen W. TEGDMA causes apoptosis in primary human gingival fibroblasts. J Dent Res. 2003 Oct;82(10):814-8.
36- Souza PP, Aranha AM, Hebling J, Giro EM, Costa CA. In vitro cytotoxicity and in vivo biocompatibility of contemporary resin-modified glass-ionomer cements. Dent Mater. 2006 Sep;22(9):838-44.
37- Koutayas SO, Kern M. All-ceramic posts and cores: the state of the art. Quintessence Int. 1999 Jun;30(6):383-92.
38- Kumbuloglu O, Lassila LV, User A, Vallittu PK. A study of the physical and chemical properties of four resin composite luting cements. Int J Prosthodont. 2004 May-Jun;17(3):357-63.
39- Eliades T, Eliades G, Brantley WA, Johnston WM. Polymerization efficiency of chemically cured and visible light-cured orthodontic adhesives: degree of cure. Am J Orthod Dentofacial Orthop. 1995 Sep;108(3):294-301.
40- Carmichael AJ, Gibson JJ, Walls AW. Allergic contact dermatitis to bisphenol-A-glycidylmethacrylate (BIS-GMA) dental resin associated with sensitivity to epoxy resin. Br Dent J. 1997 Oct 25;183(8):297-8.
41- Hansel C, Leyhausen G, Mai UE, Geurtsen W. Effects of various resin composite (co)monomers and extracts on two caries-associated micro-organisms in vitro. J Dent Res. 1998 Jan;77(1):60-7.
42- Grandini S, Goracci C, Monticelli F, Boracchini A, Ferrari M. SEM evaluation of the cement layer thickness after luting two different posts. J Adhes Dent. 2005 Autumn;7(3):235-40.